Preparation and characterization of chitosan nanocomposite based on nanoscale silver and nanomontmorillonite

Fatemeh-Sadat Ebnerasool et al

ARTICLE INFO:
Received 27 March 2019
Revised form 17 May 2019
Accepted 29 May 2019
Available online 18 Jun 2019

ABSTRACT
The chitosan nanocomposites were rapidly prepared by simple solution method. This biopolymer matrix was modified by prepared nanoscale silver (Ag) using in situ synthesis from precursor and nanomontmorillonite (NMMT). Moreover, the samples were characterized by fourier transform infrared (FTIR) spectroscopy, thermogravimetric analysis (TGA), field emission scanning electron microscopy (FESEM), and energy dispersive x-ray spectroscopy (EDX). Moreover, the water vapor properties (WVP) of nanocomposites were investigated using gravimetric standard. In addition, the antibacterial activity of nanocomposite was measured by the well diffusion method on Muller–Hinton Agar against Escherichia coli (E. coli) by zone inhibition. Finally, based on the obtained results, the nanocomposite can have a good candidate for different applications and food packaging industry.

1. Introduction
Today, nanotechnology has expanded in various fields due to the potential of application benefits in the world [1]. Nanomaterials have size of 1-100 nm that showed unique properties because of small size and high surface area [2]. In recent years, population growth resulted in the extension of packaging for food source protection [3]. Since, nanotechnology can be affected because of the wide application in production, processing, storage, packaging, and transport of food products with environment protection and earth resources [4]. The main factor is included a lot of effort to produce functional materials, food processing, product development, methods, and tools design [5]. The application of nanocomposite is expanded because of its unique properties in food packaging [6,7]. The nanocomposites can control the permeability of polymer and increase shelf life to improve the efficiency of packaging materials [8]. In packaging industry, the use of biodegradable material can reduce the waste and results to consume the less material precursor [9].

The nanomaterials have been developed the
research work in food products [10]. Recently, biodegradable nanocomposite has been used to investigate barrier materials and antimicrobials in packaging [11]. Moreover, nanocomposite based on biopolymer can be named such as starch [12,13], cellulose [14], and chitosan (CS) [15,16] for food packaging. Moreover, chitosan is derived from chitin, and its use has expanded as biomaterials [17]. The chitosan has several excellent properties such as biodegradability, non-toxicity, and antimicrobial properties which investigated in food packaging widely [18-20]. The polymer nanocomposite included the polymer as matrix phase and nanomaterial as filler phase to improvement of physical and mechanical properties [21]. In addition, the use of nanocomposites can enhance the applications of different properties for nanomaterials in food packaging technology [22]. Moreover, silver nanoparticles are well known as antimicrobial agents in curative and preventive health care with low toxicity for humans [23,24]. Clay filler has received significant attention because of suitable dispersion, thermal stability, and barrier properties in polymer nanocomposites [25]. In the present study, chitosan nanocomposite based on nanoscale silver and nanomontmorillonite has been prepared by a simple method using in situ synthesis of nanoscale silver for food packaging. The aim of this work is to study antibacterial activity against Escherichia coli and barrier for water vapor permeability of this nanocomposite.

2. Experimental procedure

2.1. Materials

All chemicals used were analytical grade. Chitosan was obtained from Sigma Aldrich with medium molecular weight. Glacial acetic acid, trisodium citrate and silver nitrate (AgNO₃) were obtained from Merck. Ultra-pure water was used for the preparation of all reagents solutions. Moreover, the modified montmorillonite clay was obtained from Nano Pasargad Novin Company. The test strains, Escherichia coli ATCC 1399, were procured from Islamic Azad University.

2.2. Methods

2.2.1. Preparation of nanoscale Ag

The nanoscale silver was prepared by reducing silver nitrate using trisodium citrate. AgNO₃ solution (2 M) was added to the 1% acetic acid solution. Then trisodium citrate solution (4 M) was added to the resulting solution and stirred for 2 h. The nanoscale silver was centrifuged at 10,000 rpm for 10 min and dried at room temperature for 48 h [26].

2.2.2. Preparation of chitosan–nanoscale Ag nanocomposite

Chitosan aqueous solution of 2 wt.% was prepared by dissolving chitosan powder (2 g) in 100 mL of 1% (v/v) acetic acid. Then AgNO₃ solution (2 M) and trisodium citrate (4 M) were added to the chitosan solution and stirred for 2 h at room temperature. The preparation of chitosan–nanoscale Ag nanocomposite was done by in situ synthesis of nanoscale silver. The mixture solution was cast onto glass plates and dried at room temperature for 48 h [26-27].

2.2.3. Preparation of chitosan–NMMT nanocomposite

Chitosan aqueous solution of 2 wt.% was prepared in acetic acid solution (1% v/v). The nanomontmorillonite was prepared by dispersing of montmorillonite clay into 10 mL of 1% acetic acid solution and vigorously stirring for 24 h. The nanomontmorillonite solution (1% and 3 wt.%) was added slowly to chitosan solution and stirred continuously for 2 h. Then the mixture was cast onto glass plates and dried at room temperature for 72 h [26-27].

2.2.4. Preparation of chitosan–nanoscale Ag–NMMT nanocomposite

Chitosan aqueous solution of 2 wt.% was prepared by 1%(v/v) acetic acid. Then AgNO₃ solution (2 M), trisodium citrate (4 M), and nanomontmorillonite solution (1% and 3% wt) were added into the chitosan solution and stirred for 2 h at room
temperature. Then the mixture was cast onto glass plates and dried at room temperature for 72 h [26].

2.3. Characterization of samples

The samples were characterized by Fourier transform infrared spectroscopy, thermogravimetric analysis, field emission scanning electron microscopy, and energy-dispersive x-ray spectroscopy. FTIR spectra were obtained using a FTIR spectrophotometer (Shimadzu Co.) in the range of 400–4000 cm\(^{-1}\) at a resolution of 4 cm\(^{-1}\) in a KBr matrix. The thermogravimetric analysis was measured by a TGA-SF1 (Mettler Co.) that carried out to 800 \(^\circ\)C at the heating rate of 20 \(^\circ\)C per min under nitrogen atmosphere. The morphologies of the samples were analyzed on a MIRA3 TeScan LMU (TeScan Co.) FESEM at 5 kV. Afterwards, the specimens were coated with a thin conductive gold layer before observation. The EDX analysis was measured by usingASK SEM-CL view VIS (Oxford instruments Co.).

3. Results and Discussion

3.1. FTIR

The FTIR spectra are shown for CS, nanoscale Ag, NMMT, CS-nanoscale Ag nanocomposite, CS-NMMT nanocomposite and CS-nanoscale Ag-NMMT nanocomposite in Fig. 1. The spectrum of chitosan (Fig. 1a) shows the band at 1647 cm\(^{-1}\) that corresponds to the amide function due to acetylated amine, whereas the band at 1600 cm\(^{-1}\) is corresponded to the free amine I function due to deacetylated amine. The broad band at 3400-3500 cm\(^{-1}\) is assigned with the overlapping O-H stretching bands. The N-H bending, C-H bending, and C-O stretching are shown at 1600cm\(^{-1}\), 1382 cm\(^{-1}\) and 1087 cm\(^{-1}\) respectively. The results corresponded to the results [27, 29].

The FTIR spectra of CS-NMMT nanocomposite and CS-nanoscale Ag-NMMT nanocomposite (Fig.1c and 1d) are shown the combination of the characteristic absorption bands due to nanoscale Ag, NMMT and amine groups of chitosan. The overlapping peak of O-H and N-H shows more broadening at 3103-3392 cm\(^{-1}\) in pure chitosan. The bands of amine groups are shifted to 1616 and 1668 cm\(^{-1}\) in the CS-NMMT and CS-NMMT-nanoscale Ag nanocomposites. This shift corresponds to deformation and vibration of chitosan amine groups. The characteristic bands of clay are all shifted to lower absorption wavenumber from 500 to 1035 cm\(^{-1}\) as shown on the figure. These observations are confirmed the electrostatic interaction of chitosan’s NH\(^2\)\(^+\) groups with the negatively charged silicate.

3.2. WVP

The WVP of films was determined using gravimetric standard ASTM E96-05 [28]. Glass bottles were used to perform the test with a diameter of 20 mm and depth of 45 mm. The bottles were filled with 3 g of CaCl\(_2\) for maintaining a relative humidity (0% RH) and covered with the film specimen. The result bottles were placed in a container containing K\(_2\)SO\(_4\) super saturated solution (97% RH) at 25 \(^\circ\)C. Then the bottles were weighed ten times at 3 h intervals. Afterwards, water vapor transmission rate (WVTR) was determined from slope of mass change of bottle versus time curve divided by area of glass bottle mouth (m\(^2\)). Then the WVP of film was calculated using Eq. 1:

\[
\text{WVP} = \text{WVTR} \times L / \Delta P \quad (1)
\]

where WVTR is water vapor transmission rate (g/m\(^2\)s) through film, L is the mean thickness of film (m), and \(\Delta P\) is partial water vapor pressure difference (Pa) across film [21].
layer of clay in both composites. The spectrum of CS-nanoscale Ag nanocomposites is investigated (Fig. 1e). The omission of existing shoulder in 1548 cm\(^{-1}\) is related to NH bending vibration bond that shows interaction between chitosan and nanoscale Ag that corresponds to the results [27]. The FTIR spectra of nanoscale Ag (Fig. 1f) are shown the peaks at 1643 cm\(^{-1}\), 1578 cm\(^{-1}\), 1392 cm\(^{-1}\) and 1278 cm\(^{-1}\) that corresponded to the results [31]. Based on FTIR results, the qualitative change is confirmed for nanocomposite formation.

### 3.2. TGA

The weight-loss curve was obtained by heating of samples and determined thermal stability analysis as the function of temperature. The TGA analysis is shown for CS-NMMT nanocomposite that two weight loss regions were observed (Fig. 2a), about 100°C (related to loss of water), and about 300°C (related to degradation of chitosan), at the result the remained weight percent was related to NMMT. The TGA analysis is shown for CS-nanoscale Ag nanocomposite that two weight loss regions were observed (Fig. 2b), about 100°C (related to loss of water), and about 300°C (related to degradation of chitosan), at the result the remained weight percent was related to silver. The TGA analysis is shown for CS-nanoscale Ag-NMMT nanocomposite that two weight loss regions were observed (Fig. 2c), about 100°C (related to loss of water), and about 300°C (related to degradation of chitosan), at the result the remained weight percent was related to NMMT and silver. Based on TGA results, thermal stability of nanocomposite which are as follows: CS-NMMT > CS-nanoscale Ag-NMMT > CS-nanoscale Ag that the presence of NMMT and nanoscale Ag have been caused an increase and decrease in this property respectively. CS-nanoscale Ag-NMMT was average thermal stability because of the opposite effects of two fillers. The TGA results are comparable to those of previous researchers [32].

### 3.3. FESEM

The size and morphology structures of samples were studied using FESEM that shown nanoscale Ag, NMMT, CS-nanoscale Ag nanocomposite, CS-NMMT nanocomposite, CS-nanoscale Ag-NMMT nanocomposite in Figure 3. Moreover, the NMMT has shaped sheet-like layer silicates and that included a two-dimensional layer with thickness of about 1 nm and length and width of about 300 nm to several microns (Fig. 3a). The morphology of nanoscale Ag has been nanorod arrays with the mean diameter of about 40 nm and the length of

![Fig. 1. Transmission FTIR spectra of (a) pure CS, (b) NMMT, (c) CS-NMMT nanocomposite, (d) CS-nanoscale Ag-NMMT nanocomposite, (e) CS-nanoscale Ag nanocomposite and (f) nanoscale Ag.](image)

![Fig. 2. The TGA of (a) CS-NMMT nanocomposite, (b) CS-nanoscale Ag nanocomposite, and (c) CS-nanoscale Ag-NMMT nanocomposite.](image)
about 200 nm (Fig. 3b). The morphology of CS-nanoscale Ag has been nanorod arrays with the mean diameter of about 70 nm and the length of about 250 nm (Fig. 3c) that slightly increased in size due to the presence of chitosan. Moreover, the CS-NMMT nanocomposite is shown the plate-like structure with thickness of 30 nm and length and width of about 500 nm (Fig. 3d). The CS-nanoscale Ag-NMMT nanocomposite is shown nanoparticle morphology for nanoscale Ag with size of about 40 nm and plate-like structure for NMMT with diameter of 40 nm and length and width of 200 nm (Fig. 3e). These images are represented the uniform structure and complete distribution in the matrix of chitosan polymer. Also, the nanoscale silver morphology is observed nanoparticle instead of nanorod for chitosan nanocomposite in the presence of NMMT. In fact, NMMT is acted as capping agent and controlled crystal growth.

3.4. EDX
The EDX analysis is shown for nanoscale Ag, Cs-nanoscale Ag nanocomposite, (c) CS-NMMT nanocomposite and CS-nanoscale Ag-NMMT nanocomposite in figure 4. The intense signal has been at 3 keV that confirmed the presence of nanoscale silver (Fig. 4a). The EDX analysis of CS-nanoscale Ag nanocomposite has been the signal of nanoscale silver at 3 keV and appeared the other signal of C, O, and N due to chitosan (Fig. 4b). Based on the result is confirmed the presence of CS and nanoscale silver. The EDX analysis of CS-NMMT has been the signal of clay for Al and Si and appeared the other signal of C, O, and N due to chitosan (Fig. 4c). The EDX analysis of CS-nanoscale Ag-NMMT nanocomposite has indicated the presence of silver, chitosan and clay in the nanocomposite (Fig. 4d).

3.5. WVP tests
WVP test is used to study water vapor barrier properties of packaging films and investigated the inhibition of the humidity exchange between food and environment. The WVP of samples was determined by the gravimetric method using WVP (Table 1). The chitosan film was showed the reduction in WVP permeability. The increase and decrease in WVP permeability were observed because of the addition of nanoscale Ag and NMMT respectively into chitosan nanocomposite films. The nanoscale Ag can form the hydrogen bond and resulted to the increase passage while NMMT with high aspect ratio can disperse uniformly in polymer matrix and lead to prevent permeability.

3.6. Antibacterial activity
The antibacterial activity of samples was tested against E. coli bacteria using the well diffusion method on Muller–Hinton Agar. All tests were done in triplicate. The antibacterial tests were summarized in Table 2 that observed the effect of chitosan and nanoscale Ag while NMMT has not exhibited any effect. The inhibition zone was the same for nanoscale Ag and chitosan–nanoscale Ag and the effect of nanoscale Ag has been
The minimum inhibitory concentration was 0.005 mol/L for chitosan–nanoscale Ag composite. Antibacterial activity results are comparable to those of previous researchers [33].

Table 1. WVP test for samples.

| Sample | Sample                  | WVP (g/(m s Pa)) |
|--------|-------------------------|------------------|
| 1      | CS solution 2% wt       | $1.92 \times 10^{-10}$ |
| 2      | CS-Silver nanocomposite | $4.31 \times 10^{-10}$ |
| 3      | CS-MMT nanocomposite 3% | $1.63 \times 10^{-10}$ |
| 4      | CS-MMT nanocomposite 5% | $1.17 \times 10^{-10}$ |
| 5      | CS-Silver-MMT nanocomposite 3% | $4.78 \times 10^{-10}$ |
| 6      | CS-Silver-MMT nanocomposite 5% | $3.25 \times 10^{-10}$ |

4. Conclusions

The chitosan nanocomposites were successfully prepared from NMMT and in situ synthesis of nanoscale silver using the reduction of AgNO$_3$ by trisodium citrate. Based on FESEM results, in situ synthesis of nanoscale Ag was formed silver nanoparticle in chitosan nanocomposite due to the presence of NMMT although the silver nanorod was observed by reduction of silver precursor. Moreover, the TGA analysis was shown the increase in thermal stability due to the presence of NMMT. The FTIR and EDS of nanocomposites were confirmed the presence of chitosan and silver. Finally, the effective role of NMMT and nanoscale Ag were observed in the decrease of WVP permeability and increase in antibacterial activity against *E. coli* respectively. Furthermore, based on these results chitosan–nanoscale Ag–NMMT nanocomposite can have a good potential for packaging.
5. References

[1] H. Chen, J. Weiss, F. Shahidi, Nanotechnology in nutraceuticals and functional foods, Food Tech., 60 (2006) 30-36.

[2] G. Christina, V. Dirk, I. Arnout, V. Blaaderen, A general method to coat colloidal particles with silica, Langmuir, 19 (17) (2003) 6693-6700.

[3] W. Han, Y.J. Yu, N.T. Li, L.B. Wang, Application and safety assessment for nano-composite materials in food packaging, Chin Sci Bull, 56 (12) (2011) 1216-1225.

[4] H. Bouwmeester, S. Dekkers, M.Y. Noordam, W.I. Hagens, A.S. Bulder, C.D. Heer, S.E.C.G.T. Voorde, S.W.P. Wijnhoven, H.J.P. Marvin, A.J.A.M. Sips, Review of health safety aspects of nanotechnologies in food production, Regul. Toxicol. Pharmacol, 53 (2009) 52-62.

[5] C.F. Chau, S.H. Wu, G.C. Yen, The development of regulations for food nanotechnology, Trends Food Sci Technol, 18 (2007) 269-280.

[6] S.H. Peighambardoust, F. Beigmohammadi, S.J. Peighambardoust, Application of organoclay nanoparticle in low-density polyethylene films for packaging of UF cheese, Package Technol. Sci. 29 (2016) 355-363.

[7] M. Auta, B.H. Hameed, Chitosan–clay composite as highly effective and low-cost adsorbent for batch and fixed-bed adsorption of methylene blue, Chem. Eng. Sci., 237 (2014) 352-361.

[8] G. Chouldalakis, A.D. Gotsis, Permeability of polymer/clay nanocomposites: A review, Eur. Polym. J, 45 (2009) 967-984.

[9] T.V. Duncan, Applications of nanotechnology in food packaging and food safety: barrier materials, antimicrobials and sensors, J. Colloid Interface Sci, 363 (2011) 1-24.

[10] R.I. Quintero, F. Rodriguez, J. Bruna, A. Guarda, M.J. Galotto, Cellulose acetate butyrate nanocomposites with antimicrobial properties for food packaging, Package Technol. Sci., 26 (5) (2013) 249-265.

[11] R. Tankhiwale, S.K. Bajpai, Preparation, characterization and antibacterial applications of ZnO-nanoparticles coated polyethylene films for food packaging, Colloids Surface B, 90 (2012) 16-20.

[12] S.S. Ray, K. Yamada, M. Okamoto, K. Ueda, Polylactide-layered silicate nanocomposite: a novel biodegradable material, Nano Lett. 2 (2002) 1093-1096.

[13] M. Avella, J.J. DeVlieger, M. Emanuela-Errico, S. Fischer, P. Vacca, M. Grazia-Volpe, Biodegradable starch/clay nanocomposite films for food packaging applications, Food. Chem, 93 (2005) 467-474.

[14] V.P. Cyras, L.B. Manfredi, M.T. Ton-That, A. Vazquez, Physical and mechanical properties of thermoplastic starch/montmorillonite nanocomposite films, Carbohydr Polym, 73 (2008) 55-63.

[15] H.M. Azeredo, L.H. Mattoso, D. Wood, T.G. Williams, R.J. Avena-Bustillos, T.H. McHugh, Nanocomposite edible films from mango puree reinforced with cellulose nanofibers, J. Food Sci, 74 (5) (2009) 31-35.

[16] Y. Lu, L. Weng, L. Zhang, Morphology and properties of soy protein isolate thermoplastics reinforced with chitin whiskers, Biomacromolecules, 5 (2004) 1046-1051.

[17] S.A. Siddiqi, U. Aahar, F. Manzoor, A. Jamal, M. Tariq, M. Saleem, A.A. Chaudhry, I.U. Regman, Fabrication of biocompatible nano-carbonated hydroxyapatite/polymer spongy scaffolds, Dig. J. Nanomater. Bios., 13 (2) (2018) 439-450.

[18] Z. Liu, M. Lv, F. Li, M. Zeng, Development, characterization, and antimicrobial activity of gelatin/chitosan/ZnO nanoparticle composite films, J. Aquat. Food Prod. T, 25 (2016) 1056-1063.

[19] Y. Xu, X. Ren, M.A. Hanna, Chitosan/clay nanocomposite film preparation and
characterization, J. Appl. Polym. Sci, 99 (2006) 1684-1691.

[20] M.R.D. Moura, M.V. Lorevice, L.H.C. Mattoso, V. Zucolotto, Highly stable, edible cellulose films incorporating chitosan nanoparticles, J. Food Sci, 76 (2) (2011) 25-29.

[21] K. Lewandowska, A. Sionkowska, B. Kaczmarek, G. Furtos, Characterization of chitosan composites with various clays, Int. J. Biol. Macromol, 65 (2014) 534-541.

[22] P. Adibzadeh, N. Motakef-Kazemi, Preparation and characterization of curcumin-silver nanoparticle and evaluation of the effect of poly ethylene glycol and temperature, J Nanoanal., 5(3) (2018) 156-162.

[23] H. Jafari, M.K. Pirouzifard, M. Alizadeh-Khaledabad, H. Almasi, Effect of chitin nanofiber on the morphological and physical properties of chitosan/silver nanoparticle bionanocomposite films, Int. J. Biol. Macromol, 92 (2016) 461-466.

[24] P. Dallas, V.K. Sharma, R. Zboril, Silver polymeric nanocomposites as advanced antimicrobial agents: Classification, synthetic paths, applications, and perspectives, Adv. Colloid Interface Sci, 166 (2011) 119-135.

[25] E. Manias, A. Touny, L. Wu, K. Strawhecker, B. Lu, T.C. Chung, Polypropylene/Montmorillonite Nanocomposites. Review of the Synthetic Routes and Materials Properties, Chem. Mater, 13 (10) (2001) 3516-3523.

[26] M. Abdollahi, M. Rezaei, G. Farzi, A novel active bionanocomposite film incorporating rosemary essential oil and nano clay into chitosan, J. Food. Eng, 111 (2012) 343-350.

[27] E.M.S. Azzam, S.M. Solyman, A.A. Abd-Elaal, Fabrication of chitosan/Ag-nanoparticles/clay nanocomposites for catalytic control on oxidative polymerization of aniline, Colloids Surf. A: Physicochem, Eng. Aspects, 510 (2016) 221-230.

[28] Y.S. Han, S.H. Lee, K.H. Choi, I. Park, Preparation and characterization of chitosan–clay nanocomposites with antimicrobial activity, J. Phys. Chem. Solids, 71 (2010) 464-467.

[29] S. Tripathi, G.K. Mehrotra, P.K. Dutta, Chitosan–silver oxide nanocomposite film: Preparation and antimicrobial activity, Bull. Mater. Sci, 34 (2011) 129-135.

[30] C. Paluszskiewicz, E. Stodolak, M. Hasik, M. Blazewicz, FT-IR study of montmorillonite–chitosan nanocomposite materials, Spectrochim Acta A. 79 (2011) 784-788.

[31] J. An, Z. Ji, D. Wang, Q. Luo, X. Li, Preparation and characterization of uniform-sized chitosan/silver microspheres with antibacterial activities, Mater. Sci. Eng. C, 36 (2014) 33-41.

[32] C. Aguzzi, G. Sandri, C. Bonferoni, P. Cerezo, S. Rossi, F. Ferrari, C. Caramella, C. Viseras, Solid state characterisation of silver sulfadiazine loaded on montmorillonite/chitosan nanocomposite for wound healing, Colloids Surface B, 113 (2014) 152-157.

[33] K. Shameli, M. Bin Ahmad, M. Zargar, Md Zin Wan Yunus, N. Azowa Ibrahim, P. Shabanzadeh, M. Ghaffari Moghaddam, Synthesis and characterization of silver/montmorillonite/chitosan bionanocomposites by chemical reduction method and their antibacterial activity, Int. J. Nanomedicine, 6 (2011) 271-284.

[34] N. Feizi Langaroudi, N. Motakef Kazemi, Preparation and characterization of O/W nanoemulsion with Mint essential oil and Parsley aqueous extract and the presence effect of chitosan, Nanomed. Res. J., 4 (2019) 48-55.